Laser Conditioning of Enamel with the Erbium YAG and the CO2 Laser. Bond Strength and Surface Structure

Lorenz M. Brauchli1*, Andrea Schramm2, Christiane Senn3, Judith Ball4 and Andrea Wichelhaus5

1DMD, Assistant Professor, Orthodontic Department, University of Basel, Switzerland
2Undergraduate Student,Orthodontic Department, University of Basel, Switzerland
3Dipl. Ing., Orthodontic Department, University of Basel, Switzerland
4DMD, Assistant Professor, Orthodontic Department, University of Basel, Switzerland
5DMD, Professor and Chairperson, Orthodontic Department, Ludwig-Maximilian University of Munich, Germany

Abstract

Introduction: Acid etching is the standard procedure for enamel conditioning. However it leaves a demineralized surface, which is prone to caries. This is a major disadvantage especially in combination with a fixed orthodontic appliance and reduced oral hygiene. Therefore it was the aim of this study to evaluate the effect of an Erbium:YAG laser as well as a CO2 laser on bond strength and enamel surface structure.

Material and methods: 90 freshly extracted bovine incisors were used as substitutes for human enamel. One group of 30 samples was bonded following conventional acid conditioning and served as the control group. The two other groups were conditioned with an Erbium:YAG laser or a CO2 laser. All samples were tested for shear forces with a universal testing machine (Instron 4444). PMMA (polymethylmethacrylate) cylinders were used as shear bodies. SEM (scanning electron microscope) images were taken to compare the effect of the conditioning methods on the enamel surface.

Results: There was a significant difference between the shear forces attained with conventional etching (16.5 MPa), the Erbium:YAG laser (6.2 MPa) and the CO2 laser (3.3 MPa). However due to large standard deviations in the groups conditioned with laser, no significant difference was observed between the Erbium:YAG laser and the CO2 laser. The SEM images revealed a micro-retentive relief for both lasers, but the surface treated with the Erbium:YAG laser showed cracks in the enamel.

Conclusion: Conventional acid etching showed a superior bond strength in comparison with both the laser conditioning methods. Of concern were the fissures observed in the enamel surface treated with the Erbium:YAG laser.

Keywords: Self-ligating brackets; Torque

Introduction

Since the introduction of phosphoric acid etching for enamel conditioning in 1955 [1], the method has changed substantially and new techniques have been introduced. Nowadays a 37% phosphoric acid conditioning for 15 to 60 s is the standard procedure and no significant reduction of bond strength has been observed [1,2]. It results however in an unintentional demineralization of the enamel surface [3], an irreversible loss of the mineralized surface [4,5] of approximately 10µm and a possible irritation of the adjacent soft tissues. Therefore other etchants such as polyacrylic and maleic acids [6,7] or self etching primers have been proposed as alternatives.

Alternative methods of enamel conditioning include air abrasion and laserapplication. Air abrasion has been successfully applied to bands [8], brackets [9], and lingual retainers [10]. However results for enamel conditioning seem to be controversial [11,13].

The use of the laser in dentistry was first described in 1964 [14]. The intention was to alter the enamel surface and increase resistance against caries [15-17]. The therapy was based on the observation that a laser conditioned enamel surface has a modified calcium to phosphorus and carbonate to phosphorus ratio [18,19]. The percentage of water and organic substances is reduced [15] which leads to a less acid-soluble and therefore more caries resistant enamel surface [18,19]. Also laser conditioning might promote the formation of microspaces which in turn remineralize by trapping free ions and increase caries resistance [15].

Different surface structures after laser conditioning have been described after conditioning with different lasers and with different energy settings. For the Nd:YAG laser [20] a honeycomb structure has been described at 60mJ and 15 Hz. Apart from the honeycomb structure, granules which were probably blasted out by the laser impact have been observed as well as melted and recrystallized parts of the enamel surface. With lower energy levels these morphological changes have been rarely observed but have been found to be more frequent when energy levels are increased [20]. The CO2 laser produced more of an indented surface at 5W and 10ms pulse duration [20]. Increased energy levels lead to combustion spots, melted enamel and cracks [20,21] and reducing the level of energy had almost no effect on the enamel surface [20]. The Erbium:YAG laser showed an irregularly roughened pattern with microcracks on the surface at 300mJ/pulse, 10pps and 10 s of irradiation [22]. For the ER,Cr:YSGGlaser at 2W (5.6 J/cm²) a pattern similar to the type III acid etching pattern [23] was described. In conclusion, surface roughness after laser irradiation is reported to be similar [24] or lower [21] than with conventional etching.

*Corresponding author: Lorenz Brauchli, Department of Orthodontics and Pedodontics, University of Basel, Hebelstrasse 3, 4056 Basel, Switzerland, Tel: +41 61 267 26 46; Fax: +41 61 267 26 58; E-mail: Lorenz.Brauchli@unibas.ch

Received July 05, 2011; Accepted October 10, 2011; Published October 20, 2011

Citation: Brauchli LM, Schramm A, Senn C, Ball J, Wichelhaus A (2011) Laser Conditioning of Enamel with the Erbium YAG and the CO2 Laser. Bond Strength and Surface Structure. Dentistry 1:106. doi:10.4172/2161-1122.1000106

Copyright: © Brauchli LM, et al. This is an open-access article distributed under the terms of the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original author and source are credited.
Bond strength with different laser treatments is not consistent either. Some studies have indicated significantly increased bond strengths with conventional etching [25,26] whereas others found comparable [27,28] or even enhanced bonding [29,30] for laser conditioning.

It was the aim of this study to evaluate the effect of an Erbium:YAG laser as well as a CO_2 laser on bond strength and enamel surface structure with the hypothesis that both treatments would lead to equivalent bond strengths.

Materials and Methods

Three enamel conditioning methods (37% phosphoric acid, CO_2 laser, Erbium:YAG laser) were evaluated for their shear bond forces. 30 freshly extracted bovine incisors were used for each group. All teeth were pumiced and stored in a 25°C Ringer solution. Instead of using brackets, transparent polymer cylinders with surface of 28.3mm^2 were used as shear bodies (Karl HaugKunstoffverarbeitung, Basel, Switzerland). The bonding surface of the polymethacrylate cylinders was conditioned using a Rocatec treatment with 30 μm silica-modified alumina particles (Rocatec, 3M Espe, St Paul, Minnesota, USA). The surface was cleaned with a blast of air. Thereafter the base of the PMMA cylinders was silanized with Monobond-S (IvoclarVivadent, Schaan, Lichtenstein). The PMMA cylinders were bonded to the teeth with Transbond XT primer and Transbond XT adhesive (3M Unitek, Monrovia, USA). Superfluous adhesive was carefully removed and the samples were light cured with a Bluephase C8 curing light (IvoclarVivadent, Schaan, Lichtenstein). Finally all teeth were embedded in a polymer block (TechnoVit 4071 Kaltpolymerisat; Heraeus-Kulzer, Germany) and the labial surface of the bovine incisors. The teeth were randomly allocated to the different roughening procedures.

The enamel for the conventional conditioning group was etched with a 37% phosphoric acid for 30 s (3M Unitek, Monrovia, USA), rinsed and dried with a blast of air.

For the CO_2 laser conditioning a NovaPulse LX-20SP (Luxar Corporation, Washington, USA) was used with a 0.8mm ceramic tip, a super-pulse (0.1-0.8ms), 5 W and a distance of 10mm to the enamel surface. A surface of 8mm^2 was irradiated for 20 s.

For laser conditioning the Erbium:YAG Laser (Key-Laser 3, KaVo, Biberach, Switzerland) was used with the 2060 laser handpiece (KaVo, Biberach, Switzerland). The irradiation was applied to a surface of 8mm^2 was irradiated for 20 s.

In addition SEM at 1000x magnification were taken from three typical samples conditioned with acid etchant and laser and evaluated visually.

Results

Mean, standard deviation (SD), statistical significance and ARI scores are given in Table 1. There was a highly significant difference in shear forces between the conventionally etched (16.5 MPa, SD 9.9) and the laser conditioned groups (3.3 MPa, SD 2.1 for CO_2, 6.2 MPaSD 2 for Erbium:YAG). However, the difference between the two laser groups was not statistically significant due to large standard deviations.

ARI scores correlated well with the shear forces reached with a high score of 2.67 for the conventional etching and lower scores for the CO_2 laser (2.3) and Erbium:YAG laser (1.69). The surface of the enamel conditioned with conventional acid etching showed a regular etching pattern in line with previous documentation [23] (Figure 1). The enamel after CO_2 laser conditioning showed a uniform pattern with small indentations (Figure 2) However carbonized residues on the enamel adjacent to the conditioned enamel could be seen macroscopically. The surface of the Erbium:YAG laser treated samples showed a honeycomb-like microstructure, resembling the type three etching pattern [23] with a regular pattern of roughness and spaces after dissolution of the hydroxyapatite around relatively unaffected prism cores. In addition a network of micro-fissures was observed in all Erbium:YAG samples (Figure 3).

Discussion

According to ISO 11405/TS bovine incisors can be used as a substitute for human enamel. Unlike bovine dentine, which is not recommended as a substitute for human dentine [32], bovine enamel

| Shearforce [MPa], STDEV   | ARI (mean) | Significance |
|---------------------------|------------|--------------|
| Etching                   | 16.5 ± 9.9 | 2.67         |                       |
| CO2laser                  | 3.3 ± 2.1  | 2.3          | CO2, Er:YAG           |
| Er:YAGlaser               | 8.2 ± 2.1  | 1.69         | etching                |

Table 1: Bond strength, mean ARI (adhesive remnant index) score and significance. Conventional etching showed superior bond strength to lasing.

![Figure 1: Typical surface after conventional etching with 37% phosphoric acid for 30s.](Image)
exhibits very similar bonding characteristics to human teeth [33] and has often been used as a replacement [34,36]. A previous study supports this, as in comparing the bond strength after CO₂ laser etching no significant difference was found among human, porcine and bovine enamel [28].

The use of brackets was intentionally avoided. Brackets have very different bonding surfaces, ranging from mesh bases to undercuts. In addition the extension and curving of the bases vary greatly. These parameters complicate the interpretation of different study results. It has been shown, that modifications of the experimental setup, can lead to variations in shear forces of up to 400% [37,38]. In addition, the bracket wings are not ideal attachments for a shear force die. Depending on the bracket chosen, the lever arm for the shear mechanism will vary according to the distance of the wing from the enamel surface for example in low or high profile brackets and unintentional rotational moments [39] can be applied to the adhesive interface. However, as composites do not adhere well to metal, the major problem with the use of brackets in shear force testing investigating adhesion between enamel and adhesive is the high probability of a detachment at the bracket-adhesive interface [11,12,40-42]. Whereas this feature from a clinical point of view allows safe detachment, it is not suitable for the testing of the adhesive-enamel interface. Therefore bracket analogs made of PMMA cylinders, which were subjected to aslanization with the Rocatec system and Monobond-S Silanewere used. The cylinders also permit a standardized lever arm for the die, which was set at 1.5 mm. In conclusion the described procedure can only be partially recommended. Standardization is certainly enhanced with uniform lever arms and avoidance of torsional moments, but not all failures were found at the adhesive-enamel interface.

The ARI scores of the present study showed an even distribution of fractures. No clear correlation to absolute bond strengths or conditioning technique could be found, which agrees with earlier literature [11,43]. The results showed that it is the adhesion between a shear body and composite which still remains a crucial factor in testing the enamel-adhesive interface.

The shear forces achieved in the present investigation for traditional etching correlated well with the literature [44] and were in excess of the minimal bonding forces suggested by several authors [45,46]. The strongly significant difference in shear forces between the conventional acid etching and the laser treatment has been confirmed by some authors [44,47,48], whereas others found no significant difference [20,22,49]. The Erbium:YAG laser treatment has been frequently investigated with respect to shear force testing. The mean shear bond strength of 6.2 MPa found in this investigation was less than the values previously reported in the literature [22,44,49] (8,45 MPa, 9.9 MPa, 13 MPa), but within the minimal recommended range [6,46]. For the CO₂ laser however, there are only three studies on adhesive strength [20,28,50]. All three investigations found shear forces comparable to the present study and far below the values for acid etching. Moreover the relatively large standard deviation leads to questions over the reliability for clinical application.

In the SEM, surface conditioning with the CO₂ laser lead to a homogenous surface pattern with micro-retentive areas (Figure 2). The microretentions were less extensive than after conventional etching. Reduced roughening might account for the low bond strengths compared to conventional etching. In an earlier investigation [20] surface morphology was found to differ according to the power output of the laser. With an output of 5W and a pulse duration of 10ms the surface resembled enamel etched with phosphoric acid. These settings are comparable to the ones used in the present investigation, although a super-pulse with increasing pulse duration from 0.1-0.8 ms was chosen in the present investigation. The super-pulse has the advantage of a very short heating time, which reduces the risk of pulp damage, especially in freshly erupted teeth with large pulp chambers [51,52]. However it might lead to less surface roughening. Increased power outputs with a pulse duration of 20ms, resulted in melting, blistering of the enamel and the formation of micro-craters, whereas a lower power output of 3W at a pulse duration of 10ms resulted in virtually no alteration of the enamel surface [20].

The use of the Erbium:YAG laser resulted in surface similar to a type III etching pattern [23] with adequate bond strengths. However, considering the large standard deviation, clinically unreliable bond strengths must be expected. Apart from the low bond strength the
surface morphology with a network of micro-fissures (Figure 3) raises concerns about the use of this laser configuration. Micro-fissures were also detected in earlier investigations [22,44]. In polished cross section SEM two types of fissures could be identified: deep fissures perpendicular to the surface with a mean depth of nearly 60 µm and a smaller type, which was observed at a depth of 25 µm running between the enamel rods [44]. This damage is more profound than the one induced by conventional enamel etching with cracks no deeper than 12 µm [53,54].

In conclusion, CO₂ or Erbium:YAG laser abrasion with the configurations described in this study seem to be inappropriate for enamel conditioning. Not only are the bond strengths of questionable reliability but with the Erbium:YAG laser, the enamel is morphologically damaged to a greater degree than with conventional etching. It is questionable whether the advantage of higher caries resistancy after laser conditioning can outweigh these disadvantages.

Conclusion

Within the limits of an in-vitro design the study suggests, that low bond strength paired with high standard deviations both laser conditioning techniques are not suitable for clinical use.

References

1. Buonocore MG (1955) A simple method of increasing the adhesion of acrylic filling materials to enamel surfaces. J Dent Research 34: 849-853
2. Brännström M, Nordinvall KJ (1977) The effect of acid etching on enamel, dentine and the inner surface of the resin restoration. J Dent Res 56: 917-923
3. Boyd RL (1993) Comparison of three self-applied topical fluoride preparations for control of decalcification. Angle Orthod 63: 25-30
4. Carstensen W (1992) The effects of different phosphoric acid concentrations on surface enamel. Angle Orthod 62: 51-58
5. Gange P (1995) Present state of bonding. J ClinOrthod 7: 429-436
6. Majer R, Smith DC (1986) Crystal growth on the outer enamel surface: an alternative to acid etching. Am J Orthod 89: 183-193
7. Olsen ME, Bishara SE, Damon P, Jakobson JR (1997) Evaluation of Scotchbond multipurpose and maleic acid as alternative methods of bonding orthodontic brackets. Am J Orthod Dentofacial Orthop 111: 498-501
8. Wood DP, Paleczny GJ, Johnson LN (1996) The effect of sandblasting on the retention of orthodontic bands. Angle Orthod 66: 207-214
9. Wiltshire AW (1994) Shear bond strengths of a glass ionomer for direct bonding in orthodontics. Am J Orthod Dentofacial Orthop 108: 127-130
10. Zachrisson BU (1995) Third generation mandibular bonded 3-3 lingual retainer. J ClinOrthod 29: 39-48
11. Canay S, Kocaderei I, Akoça E (2000) The effect of enamel air abrasion on the retention of bonded metallic orthodontic brackets. Am JOrthodDentofacialOrthop 117: 15-19
12. Olsen ME, Bishara SE, Damon P, Jakobson JR (1997) Comparison of shear bond strength and surface structure between conventional acid etching and air-abrasion of human enamel. Am JOrthodDentofacialOrthop 112: 502-506
13. Van WaverenHoogerost WL Feilzer AJ Prahl-Andersen B (2000) The air-abrasion technique versus the conventional acid-etching technique: A quantification of surface enamel loss and a comparison of shear bond strength. Am JOrthodDentofacialOrthop 117: 20-26
14. Stern RH, Sognnaes RF (1964) Laser beam effect on dental hard tissues. J Dent Res 43: 873
15. Oto T, Morioka T (1990) A possible mechanism of aquired acid resistance of human dental enamel by laser irradiation. Caries Res 24: 86-92.
16. Morioka T, Suzuki K, Tagamori S (1984) Effect of beam absorptive mediators on acid resistance of surface enamel by Nd-YAG laser irradiation. J Dent Health 34: 40-44.
17. Sognnaes RF, Stern RH (1965) Laser effect on resistance of human dental enamel to demineralization in vitro. J South Calif Dent Assoc 33: 328-329
18. Fowler BO, Kuroda S (1986) Changes in heated and laser-irradiated human tooth enamel and their probable effect on solubility. Calcif Tissue Int 36: 197-208
19. Keller U, Hibst R (1990) Ultrastructural changes of enamel and dentine following Er:YAG laser radiation on teeth. Proc SPIE 1200: 408-415
20. Fuhrmann R, Gutknecht N, Magunski A, Lampert F, Diedrich P (2001) Conditioning of enamel with Nd:YAG and CO₂ dental laser systems and with phosphoric acid. J OrofacOrthop 62: 375-386
21. Arcoria CJ, Lippas MG, Vitasek BA (1993) Enamel surface roughness analysis after laser ablation and acid etching. J Oral Rehabil 20: 213-224
22. Lee BS, Hsieh TT, Lee YL, Lan WH, Hsu YJ, et al. (2003) Bond strength of orthodontic bracket after acid-etched, Er:YAG laser-irradiated and combined treatment on enamel surface. Angle Orthod 73: 565-570
23. Silverstone LM, Saxton CA, Dogon JL, Fejerskov O (1975) Variations in the pattern of acid-etching of human enamel examined by scanning electronic microscopy. Caries Res 9: 373-387
24. Hess JA (1990) Scanning electron microscopic study of laser-induced morphologic changes of a coated enamel surface. Lasers Surg Med 10: 458-462
25. Ariyaratnam MT, Wilson MA, Mackie IC, Blinkhorn AS (1997) A comparison of surface roughness and composite/enamel bond strength of human enamel following the application of the Nd:YAG laser and etching with phosphoric acid. Dent Mater. 13: 51-55
26. Corsas-Pastor L, Moreno JF, Garrido JDDL, Murriel VP, Moore K, et al. (1997) Comparing the tensile strength of brackets adhered to laser-etched enamel vs. acid-etched enamel. J Am Dent Assoc 128: 732-737
27. Liberman R, Segal TH, Nordenberg D, Serebro LI (1984) Adhesion of composite materials to enamel: comparison between the use of acid and lasering as pretreatment. Lasers Surg Med 4: 323-327
28. Shahabi S, Brockhurst PJ, Walsh LJ (1997) Effect of tooth-related factors on the shear bond strengths obtained with CO₂ laser conditioning of enamel. Aust J Dent 42: 81-84
29. Melendez EJ, Arcoria CJ, Dewald WP, Wagner MJ (1992) Effect of laser etch on bond strengths of glass ionomers. J Prosthodont Dent. 67: 307-312
30. Walsh LJ, Ahood D, Brockhurst PJ (1994) Bonding of composite resin to carbon dioxide laser-modified human enamel. Dent Mater 10: 162-166
31. Maskeroni A.J, Meyers C.E, Lorton L (1990) Ceramic bracket bonding a comparison of bond strength with polyacrylic acid and phosphoric acid enamel conditioning. Am JOrthodDentofacialOrthop 97: 168–175
32. Relief DH, Mandras RS, Russel CM, Denys FR (1990) Extracted human versus bovine teeth in laboratory studies. Am J Dent 3: 253-258
33. Oesterle L.J (1998) The use of bovine enamel in bonding studies. Am JOrthodDentofacialOrthop 113: 514-519
34. Chung CH, Fadem BW, Levitt HL, Mante FK (2000) Effects of two adhesion boosters on shear bond strength of new and rebonded orthodontic brackets. Am JOrthodDentofacialOrthop 118: 295-299
35. Crow V (1995) Ex vivo shear bond strength of fibreglass reinforced aesthetic brackets. Br J Orthod 22: 325-330
36. Czochrowska E, Burzykowski T, Buyukyilmaz T, Ogaard B (1999) The effect of boosters on shear bond strength of new and rebonded orthodontic brackets. Am JOrthodDentofacialOrthop 118: 361-370
37. Klocke A, Kahle-Niebe B (2006) Effect of debonding force direction on orthodontic shear bond strength. Am JOrthodDentofacialOrthop 129: 261-265
38. Ostertag AJ, Dhuru VB, Ferguson DJ, Meyer RA (1991) Shear, torsional and tensile bond strengths of ceramic brackets using three adhesive filler concentrations. Am J Orthod Dentofacial Orthop 100: 251-258

39. Gibb AJ, Katona TR (2006) A comparison of shear-peel and third-order bond strengths of orthodontic brackets with 2 etch techniques and the role of bracket asymmetry. Am J Orthod Dentofacial Orthop 130: 699.e1-699.e7

40. Guan G, Takano-Yamamoto M, Hattori T, Ishikawa K, Suzuki K (2000) Shear bond strengths of orthodontic plastic brackets. Am J Orthod Dentofacial Orthop 117: 438-443

41. Keith A, Blalock, John M, Powers (1995) Retention capacity of the bracket bases of new esthetic orthodontic brackets. Am J Orthod Dentofacial Orthop 107: 596-603

42. Leandro Fernandez; José A. Canut (1999) In vitro comparison of the retention capacity of new aesthetic brackets. Eur J Orthod 21: 71-77

43. Knoll M, Gwinnett AJ, Wolff MS (1986) Shear strength of brackets bonded to anterior and posterior teeth. Am J Orthod Dentofacial Orthop 89: 476-479

44. Martinez-Insua A, Dominguez LS, Rivera FG, Santana-Penin UA (2000) Differences in bonding to acid-etched or Er:YAG-laser-treated enamel and dentin surfaces. J Prosthet Dent 84: 280-288

45. Brantley WA, Eliades T. Enamel etching and bond strength. In: Brantley WA, Eliades T (eds): Orthodontic Materials. Scientific and clinical aspects. Georg Thieme Verlag, Stuttgart, New York, S. 107-120

46. Reynolds IR (1975) A review of direct orthodontic bonding. Br J Orthod 2: 171-178

47. Üsümėz S, Orhan M, Üsümėz A (2002) Laser etching of enamel for direct bonding with an Er:Cr:YAG hydrokinetic laser system. Am J Orthod Dentofacial Orthop 122: 649-656

48. Von Fraunhofer JA, Allen DJ, Orbell GM (1993) Laser etching of enamel for direct bonding. Angle Orthod 63: 73-76

49. Kim JH, Kwon OW, Kim HI, Kwon YH (2005) Effectiveness of an Er:YAG laser in etching the enamel surface for orthodontic bracket retention. Dent Mater 24: 596-602

50. Drummond JL, Wigdor HA, Walsh JT, Fadawi S, Purwani I (2000) Sealant bond strengths of CO2 laser-etched vs. acid-etched bovine enamel. Lasers Surg Med 27: 111-118

51. Friedman S (1991) In situ testing of CO2 laser on dental pulp function. Lasers Surg Med 11: 326-330

52. Goodis HE, White JM, Harlan L (1992) Absence of pulpal response from Nd:YAG laser exposure on enamel. J Dent Res 71: 162

53. Rux W, Cooley RL, Hicks JL (1991) Evaluation of a phosphonate BIS-GMA resin as a bracket adhesive. Quintessence Int 22: 57-60

54. Van Meerbeek B, Perdigao J, Gladys S, Lambrechts P, Vanherle G (1996) Enamel and dentine adhesion. In: Schwartz RS et al, editors. Fundamentals of operative dentistry, a contemporary approach. 1st ed. Chicago: Quintessence, p.157-163.